Abnormal diffusion behavior of Yb+ and Er+ implanted in KTiOPO4
KeMing Wang, PeiJun Ding, Wei Wang, W. A. Lanford, Yi Li et al.

Citation: Appl. Phys. Lett. 64, 3101 (1994); doi: 10.1063/1.111360
View online: http://dx.doi.org/10.1063/1.111360
View Table of Contents: http://apl.aip.org/resource/1/APPLAB/v64/i23
Published by the American Institute of Physics.

Related Articles
Copper centers in copper-diffused n-type silicon measured by photoluminescence and deep-level transient spectroscopy
Bonding and diffusion of nitrogen in the InSbN alloys fabricated by two-step ion implantation
Shift of Ag diffusion profiles in CdTe by metal/semiconductor interfaces
Diffusion of co-implanted carbon and boron in silicon and its effect on excess self-interstitials
First-principles simulation of oxygen diffusion in HfOx: Role in the resistive switching mechanism

Additional information on Appl. Phys. Lett.
Journal Homepage: http://apl.aip.org/
Journal Information: http://apl.aip.org/about/about_the_journal
Top downloads: http://apl.aip.org/features/most_downloaded
Information for Authors: http://apl.aip.org/authors
Abnormal diffusion behavior of Yb+ and Er+ implanted in KTiOPO4

Ke-Ming Wang
Department of Physics, Shandong University, Jinan 250100, Shandong, China

Pei-Jun Ding, Wei Wang, and W. A. Lanford
Department of Physics, University at Albany, Albany, New York 12222

Yi Li and Ju-Sheng Li
Institute of Physics at Changchun, Chinese Academy of Sciences, China

Yao-Gang Liu
Institute of Crystal Material, Shandong University, Jinan 250100, Shandong, China

(Received 29 November 1993; accepted for publication 22 March 1994)

400 keV Yb+ and 300 keV Er+ were implanted into potassium titanyl phosphate (KTiOPO4 or KTP) with doses of 3\times10^{15} and 1\times10^{15} ions/cm^2, respectively. The samples were annealed in the temperature range 600 to 800 °C in Ar ambient. The diffusion behaviors of implanted Yb+ and Er+ in KTiOPO4 were investigated by Rutherford backscattering of 2.0 MeV He ions. The results show that no obvious diffusion of Yb+ and Er+ in KTiOPO4 is detected at 600 °C annealing, but there are three and two peaks of implanted rare-earth ion distribution after 800 °C annealing for the case of Yb+ and Er+, respectively. An explanation of these phenomena is suggested.

Potassium titanyl phosphate (KTiOPO4 or KTP) is an attractive and new material which has superior properties for several nonlinear optical applications. Its high nonlinear optical d coefficients, high optical damage threshold, and thermally stable phase-matching properties make it useful for second-harmonic generation and optical waveguides. KTiOPO4 has several potential advantages for optical waveguide devices compared with other materials.1-5

Optical properties of rare-earth ions incorporated in insulators such as glass or LiNbO3 are of great interest in optoelectronic technology.6,7 Erbium is of particular interest because of its intra-4f transition with a wave length (\lambda) of 1.54 \mu m, coinciding with the low-loss window of standard optical telecommunications silica fiber. The lifetime of the 4I_{13/2} excited state is a critical parameter for the application of Er-implanted silica glass in waveguide lasers and amplifiers. According to the report by Polman et al.,8 the fluorescence lifetime is in the order of 10 ms. This long lifetime suggests that application in optical amplifiers and other integrated electro-optic devices might be possible.

Ion implantation is an accurate method for modifying the refractive index of surfaces of insulators with the aim of forming waveguides and waveguide lasers.9 In the present letter, we report results on the diffusion behavior of implanted Yb+ and Er+ in KTiOPO4. Perhaps these results will be useful in the development of a waveguide laser in KTiOPO4.

KTiOPO4 of (100) orientation was polished before implantation. The sample was provided by the Institute of Crystal Material, Shandong University. 400 keV Yb+ and 300 keV Er+ were implanted in KTiOPO4 (100) to doses of 3\times10^{15}and 1\times10^{15} ions/cm^2, respectively. The ion implantation was performed at room temperature. In order to ensure uniformity over the implanted area, a two-directional electrostatic scanning system was used. Thermal annealing was carried out in a standard tube-furnace in Ar ambient. The annealing temperature ranged from 600 to 800 °C for 30 or 90 min.

The implantation profile was measured by Rutherford backscattering (RBS) of 2.0 MeV He ions with a scattering angle of 170°. The energy resolution of the detector was 14 keV. The beam current of He was 50 nA with a beam size about 1.5 mm diameter. The ion implantation was performed at the Institute of Physics at Changchun, Chinese Academy of Sciences. The Rutherford backscattering measurements were carried out at the Dynamitron accelerator of the University at Albany, USA.

Potassium Titanyl Phosphate is a quadriatomic target made of Ti, K, P, and O. Figure 1 shows a RBS spectrum for 400 keV Yb+ implanted into KTiOPO4. The implanted Yb profile is a Gaussian. Experimental mean projected range \bar{R}_p and range straggling \Delta R_p are 1080 and 330 A, respectively.

FIG. 1. Rutherford backscattering spectrum of KTiOPO4 (100) implanted with 400 keV Yb+ to a dose of 3\times10^{15} ions/cm^2 at room temperature.
FIG. 2. Rutherford backscattering spectrum of KTiOPO₄ (100) implanted with 300 keV Er⁺ to a dose of 1×10¹⁵ ions/cm² at room temperature.

The theoretical values by TRIM'91 code are 1084 and 259 Å, respectively. Figure 2 shows the RBS spectrum for 300 keV Er⁺ implanted in KTiOPO₄. Also, the implanted Er⁺ has a nearly Gaussian distribution. The mean projected range $R_p$ and range straggling $\Delta R_p$ obtained in the present measurement are 900 and 285 Å, respectively. The predicted values by TRIM'91 code are 861 and 213 Å, respectively. In the analysis of RBS data, we assume that Bragg's rule is valid for evaluating the stopping power of the compound and we have deconvoluted the energy resolution of the detector and energy straggling of He ions in the KTiOPO₄ to obtain the range straggling. We consider the agreement (indicated above) between the TRIM'91 calculations and our results to be good in the cases of 400 keV Yb⁺ and 300 keV Er⁺ implanted in KTiOPO₄ for the mean projected range.

Figure 3 shows the high energy (Yb) portion of RBS spectra for 400 keV Yb⁺ in KTiOPO₄ before and after annealing at 800 °C for 30 min. As seen, unusual dopant profiles are observed. The Yb concentration profile looks entirely different from that of implanted Yb at room temperature. The original Gaussian profile has developed into a three peaked profile. It should be noted that no obvious diffusion of Yb was detected after 600 °C annealing for 30 min. After 800 °C annealing, some of the Yb has migrated toward the surface (air-solid surface) and the interface.

Figure 4 shows the Er distribution in KTiOPO₄ (after 800 °C annealing) by Rutherford backscattering. The situation is a little different from the case of Yb⁺ implanted in KTiOPO₄. There are two peaks of Er distribution. Some of the Er has migrated toward the surface of the crystal. This phenomenon is very similar to the case of Yb. The remained Er was trapped at damage region. But there is no third peak in the distribution of Er. One possible reason is that there is no obvious interface formation after the annealing because of the lower dose compared with the case of Yb implanted in KTiOPO₄.
In summary, 400 keV Yb\(^+\) with a dose of \(3 \times 10^{15}\) ions/cm\(^2\) and 300 keV Er\(^+\) with a dose of \(1 \times 10^{15}\) ions/cm\(^2\) were implanted in KTiOPO\(_4\)(100), respectively. The distributions of implanted Yb\(^+\) and Er\(^+\) have Gaussian shapes. The experimental mean projected range is in good agreement of predicted value by TRIM'91. Three peaks of Yb distribution and two peaks of Er distribution were found after 800 °C annealing, but no obvious diffusion of Yb and Er in KTiOPO\(_4\) for 600 °C annealing was detected. It suggests that the implanted Yb and Er were first trapped by the defects in the damaged region, the remained Yb and Er migrated toward the surface or interface.

One of the authors, Ke-Ming Wang, would like to thank Professor W. A. Lanford and colleagues of Accelerator Laboratory of University at Albany for their hospitality and help during his visiting.